In vitro biocompatibility and antimicrobial activity of chitin monomer obtain from hollow fiber membrane

A. V. Raut, R. K. Satvekar, S. S. Rohiwal, A. P. Tiwari, A. Gnanamanib, S. Pushpavanam, S. G. Nanaware and S. H. Pawara

ABSTRACT
This study for the first time shows the effective utilization and production of chitin monomers at laboratory level, with immense potential for its biomedical application. Low molecular weight (LMW) N-acetylglucosamine (GlcNAc) is prepared by depolymerization of chitin using chemical method coupled with a physical separation method. A novel filtration strategy exploiting polysulfone hollow fiber membrane is used for the preparation of GlcNAc particles with 94% yield within 8.5 ± 0.5 h. This high efficiency is analyzed using high-pressure liquid chromatography. The GlcNAc obtained was further analyzed using dynamic light scattering, first derivative Fourier transform infrared spectroscopy, and X-ray diffraction techniques. The antimicrobial properties of GlcNAc, chitin, and GlcNAc/chitin mixture were investigated using minimal inhibitory concentration against S. aureus and E. coli. Bacteriostatic property was exhibited by high molecular weight chitin, while GlcNAc and GlcNAc/chitin mixture (LMW) demonstrated bactericidal activity. Blood biocompatibility below 0.25 g/ml and cytocompatibility with NIH3T3 fibroblast cells and the proliferative efficacy suggested its utilization and suitability of these particles in biological applications.

ARTICLE HISTORY
Received 24 December 2015
Accepted 15 February 2016

KEYWORDS
N-acetylglucosamine; chitin; polysulfone hollow fiber membrane; antibacterial; biocompatibility; hemocompatibility

1. Introduction
Chitin represents a class of linear polysaccharides comprising N-acetyl-D-glucosamine (GlcNAc) units linked with β-(1–4) glycosidic bonds.[1,2] A monomeric unit (GlcNAc) of the polymer chitin is naturally found in the cell wall of many fungi, mollusks, and beaks of cephalopods,[3,4], which influences cell membranes, intercellular fluids and cell regeneration. GlcNAc is also a part of glycoproteins, proteoglycans, glycosaminoglycans (GAGs), and other connective tissue building blocks.[5–7] GlcNAc is extensively used to treat diseases such as osteoarthritis and inflammatory bowel disease. In addition, it has wide applications in dermatology including cosmetics as well as production of sialic acid and as a food supplement.[8]

Recent studies showed that the influence of material size are found to be good on micro- and nanostructured materials for cells’ attachment and proliferation.[9,10] The degree of acetylation (DA) plays a key role in cell adhesion and proliferation of chitin and chitosan.[11,12] Lutolf et al. pointed if natural polymer such as GlcNAc is used to prepare extracellular matrix (ECM), it improves morphology and function of stem cell growth in ECM.[13]

All these points aid more value to the uniqueness of GlcNAc. Anything in high amount can be toxic, even though cytocompatible, the clearance pathway clearly showed excretion of GlcNAc in the urine which makes GlcNAc safe to be use.[14,15] Hence, the current research on the chitinous nanostructures is gaining importance.[16]

Chitin and chitosan are primarily characterized by its molecular weight (MW) and the DA for its antimicrobial activities. Commercial available chitin and chitosan are, respectively, <5% and >85% deacetylated with MW ranging between 100 and 1000 kDa.[17] Utilization of pure chitin and chitosan is good at low molecular weight (LMW) GlcNAc, especially for biomedical applications.[18,19] However, available commercial-grade LMW GlcNAc is not economically workable. Also, traditionally used chemical methods for the preparation of GlcNAc are found to be environmentally unfriendly while the enzymatic hydrolysis was time consuming. Hence in this study, we have focused on lowering the MW of chitin by physicochemical method. Use of polysulfone hollow fiber membrane (HFM) for ultrafiltration and separation of GlcNAc post chemical depolymerization is the novelty of this study to make it less expensive.
2. Materials and methods

2.1. Materials

Chitin (DA = 90%) and chitosan (DA = 05%) were obtained from Sigma-Aldrich (USA). Standard GlcNAc was purchased from Sigma (India). Hollow fiber modules are purchased from IIT Kharagpur, India (Dr S. De Lab), with average membrane porosity of 0.22 and 0.58 μm and cutoff value 3 and 5 kDa respectively. Gram-positive bacteria Staphylococcus aureus ATCC 6538 and gram-negative bacteria Escherichia coli ATCC 25922 were obtained from Department of Microbiology, D.Y. Patil University, Kolhapur. NIH 3T3 embryonic mouse fibroblast cells were procured from NCCS, Pune, India. All other chemicals and reagents were of analytical grade and purchased from Loba Chemicals (India) unless specified.

2.2. Preparation of GlcNAc by physicochemical method

Depolymerization of chitin by acid treatment was done with modification in Scheel and Theim (1997) derived method.[20] In brief, chitin (2 g) was ground to a fine powder, placed into a flask, dissolved in 16 ml of 10 M HCl at 30 °C, and stirred for 10 min and incubated at 40 °C under continuous stirring for 8 h. Post incubation, reaction mixture was placed in ice water bath for about 30 min and then neutralized with 50% aqueous NaOH solution under stirring condition and subjected to centrifugation at 10,000 g for 25 min at 5 °C. The clear supernatant was collected subjected to ultrafiltration using HFM.

The feed for the separation from the centrifuge supernatant was passed through the HFM with 3 kDa cutoff. The transmembrane pressure drop value was 68 kPa and the cross flow rate selected was 15 L/h. The operation was stabilized initially at 68 kPa for 1 h with distilled water at 15 L/h, and then the oligosaccharide sample was passed through the membrane. The schematic representation of the ultrafiltration system followed in this study was shown in Figure 1.

2.3. Particle size analysis

The hydrodynamic diameters of the nanoparticles were measured using a particle size analyzer (PSS NICOMP™ 380 DLS, Santa Barbara, California, USA) with a 7.5 mW laser diode at 635 nm. The scattered intensity was detected by a photomultiplier detector. At room temperature with a scattering angle of 90°, size determination of the nanoparticles was carried out in double-distilled water.

2.4. Fourier transform infrared spectroscopy

The DA of the samples was determined using Fourier transform infrared spectroscopy (FTIR) alpha ATR Bruker (Eco ATR). The solid samples were analyzed in the range 500–4000 cm⁻¹ at room temperature. The sample was placed on the ZnSe ATR crystal and recorded at a resolution of 4 cm⁻¹ with 96 scans. The standard DA values are calibrated by relating a DA-independent reference band (RB) with absorbance of a DA-sensitive probe band (MB).

2.5. X-ray diffraction

X-ray diffractograms was obtained using a Bruker AXS D8 Advance X-ray diffractometer under: 40 kV and 40 mA with Cu Kα1 radiation at 1.54184 Å and an acceptance slot at 0.1 mm. About 20 mg of the sample was spread on a sample stage, and the relative intensity was recorded in the scattering range (2θ) of 5–30° in steps of 0.1°. The crystalline index (CrI; %) was determined in two ways: CrI₂₀ = (I₀₂₀ − Iₘₐ) × 100/I₀₂₀, where I₀₂₀ is the maximum intensity below 13° and Iₘₐ the intensity of amorphous diffraction at 16°. For comparison, another crystallinity index was expressed as CrI₁₁₀ following the equation above and using I₁₁₀, where I₁₁₀ is the maximum intensity at ~20°.[21]

2.6. High-pressure liquid chromatography

With reference to high-pressure liquid chromatography (HPLC), 0.1 mg of sample was taken and analyzed by HPLC using acetonitrile: water (60:40 v/v) as a mobile phase at a flow rate of 1.0 ml/min in an isocratic elution mode. Before delivering the mobile phase in to the system, it was degassed and filtered through 0.20-μm syringe filter. Injection volume was 20 μL, and the detection was...
performed at 215 nm. The mobile phase is degassed by the sonication of mobile phase.[22]

Separation of analytes was carried out in a HPLC-DAD system containing a Kyutech C18 column (250 × 4.6 mm internal diameter, particle size 5 μm). About 20 μL sample was injected to chromatography system using a Rheodyne injector. PDA detector used in this HPLC system was UV 2070 detector (Czerny turners mount monochromator) with deuterium lamp as light source.

2.7. Antimicrobial studies

Antibacterial activities of chitin and GlcNAc were examined as the inhibitory effects against the growth of gram-positive bacteria S. aureus, and gram-negative bacteria E. coli. The lowest concentration of chitin and GlcNAc required to completely inhibit bacterial growth after incubation at 37 °C for 72 h is used as minimum inhibitory concentration (MIC). [23] For determination of the MIC of chitin and GlcNAc solutions, (1% (w/w) in 1% (w/w) acid) of each substances were added to Muller Hinton agar for final chitin and GlcNAc concentrations of 0.1, 0.05, 0.01, 0.006, 0.003, and 0.001% (w/v). The sample solution of 1% (w/v) of each chitin, GlcNAc, and chitin:GlcNAc (1:1) was prepared in nutrient broth which was sterilized by autoclaving before study and incubated with shaking at 37 °C. The inhibitory effect was estimated periodically by measuring the turbidity of the cultured medium at 640 nm using a UV–visible spectrophotometer and compared using McFarland standards.

Plots were made of the optical density (OD) (i.e. absorbance at 640 nm) vs. the culture time for each of the Gram-positive bacteria and the Gram-negative bacteria tested by the shaking flask method. Inhibitory effects against growth due to antibacterial activities of chitin, GlcNAc, and chitin:GlcNAc (1:1) would be indicated by a levelling off of the slopes of the curves.

2.8. Biocompatibility studies

Biocompatibility assessment was made under in vitro conditions in a form of hemocompatibility and cytotoxicity studies.

2.8.1. Hemocompatibility

For hemocompatibility studies, 20 ml of blood was obtained from a blood bank. Erythrocytes were collected by centrifugation (2000 × g, 5 min, 4 °C) in the presence of a washing solution (175 g sorbitol + 8 g NaCl in 1 l water). The final pellet was resuspended in the washing solution to give a 2% (w/v) solution. About 100 μL of the obtained erythrocyte solution was then transferred to each well of a 48-well microtitration plate. To the same wells, about 200 μL of a 0.25 mg/ml solution of the test substances dissolved in the washing solution was added and incubated for 1 h. The microtitration plate was then centrifuged at 1000 g for 10 min, and the supernatants (100 μL) were transferred into another microtitration plate. Hemoglobin release was determined photometrically with a microtitration plate reader (Epoch, BIOTEK, United States) at 570 nm. A 0.25 mg/ml solution of ascorbic acid was used as negative control, whereas the distilled water was used as a positive control causing 100% hemoglobin release. Results were expressed as the amount of hemoglobin release induced by the test substances in percentage of the total amount.

2.8.2. Cytotoxicity

The NIH 3T3 embryonic mouse fibroblast cells cultures were maintained in DMEM supplemented with 10% fetal bovine serum, 200 mM glutamine, 2 mg/ml sodium bicarbonate, and 1 × antibiotic and antymycotic solution. The medium was replaced periodically. The cells were cultured in tissue culture flasks and incubated at 37 °C in a humidified atmosphere of 5% CO₂. About 0.05% Trypsin was used to detach the cells.

Cell viability assessment study was carried out for the sample GlcNAc, and chitin alone acts as a standard in precoated 12-well culture plates. In brief, stock solution of 1% GlcNAc and 1% chitin was prepared in PBS and added to culture plates and subsequently oxidized with periodate and subjected to air drying at 40 °C. The control wells were free from the GlcNAc and chitin particles. The dried plates were then surface sterilized with 70% alcohol for 30 min and then UV sterilized for 1 h. A cell density of 3 × 10⁴ cells per well was seeded and incubated with the growth medium for the period of 6, 12, 24, and 48 h.

The cell viability was quantified by MTT assay. With regard to the MTT assay, the culture medium of each well was replaced with MTT (5 mg/ml diluted in serum-free medium) and incubated at 37 °C for 4 h. After the removal of MTT solution, dimethyl sulfoxide was added and the medium was then left at room temperature for two minutes. The absorbance was then measured at 570 nm using a plate reader (Epoch, BIOTEK).

2.9. Statistical analysis

Statistical data analysis was performed using ‘Student t-test’ with p < 0.05 as the minimal level of significance. Calculations were done using the software XL stat Version 5.0.

3. Results and discussion

3.1. Particle size analysis

Figure 2 (a)–(d) shows dynamic light scattering (DLS) measurements of the colloidal solution of GlcNAc before and after ultrafiltration methods followed in this study. The
average diameter of the particles of the colloidal sample after chemical depolymerization was measured as ~42.3 μm (Figure 2(a)). The reduction in particle diameter to ~8.5 μm (Figure 2(b)) was observed after centrifugation. Additional acid treatment of the sample further reduces the particle diameter. Figure 2(c) depicts two crests corresponding to ~116.3 nm and extensive top at ~8.4 μm. The ultrafiltration method followed in this study offered particle size of ~83.0 nm (Figure 2(d)). The mean size of the most diminutive molecule obtained in this study matches with the report. [24]

The observations from DLS measurements suggested that the major particle size when taken in water was about 42 μm large. After centrifugation, the size reduced to 20%, i.e. 8 μm. Additionally, after the acid treatment, we obtained two crests, first peak stretching from 70 to 180 nm and a second one at 8 μm. The peaks at ~83.0 nm were not seen initially (Figure 2(b)). The acid treatment could give 90% small particles and rest of the major particles in one cycle. Selection of 3 kDa HFM for the separation of colloidal solution of GlcNAc was based on results obtained from HFMs of varying porosity (Table 1 and Figure 1, in supplementary data). A hollow fiber module with 3 kDa membrane was successfully used for the separation of GlcNAc monomers from larger size chitin particles. The standard deviation of the GlcNAc was found to be 2.49% which indicates a narrow size distribution. [25]

3.2. X-ray diffraction

Chitin and chitosan found in crab and shrimp shell wastes are in α-form. [21] The sample was compared for crystal-line reflections with the original sample in the 2θ range of 5–35°. All samples’ indexed values are found to be at (0 2 0), (1 1 0), (1 2 0), (1 0 1), and (1 3 0). The maximum peak of intensity was found to be at (1 1 0) reflection increased with the decrease in DA and moved to a higher angle, and the second maximum peak of intensity at (0 2 0) reflection also increased with the decrease in DA. These results are in accordance with Zhang et al. [21] Hence, a crystalline index (CrI; %) expressed as CrI_{020} = \left( I_{020} - I_{am} \right) \times 100/I_{020} is used and another equation using I_{110} is expressed as CrI_{110} = \left( I_{110} - I_{am} \right) \times 100/I_{110}. [26]

Figure 3 gives the calculated peak fitting of the diffraction profiles. The calculated d-spacing and relative intensity is shown in Table 1. It was found that the d-spacing of the (1 1 0) plane was not unchanged and was 100% throughout. In Figure 4, the DA represented by CrI_{020} and CrI_{110} was found to be 84.36 and 86.23% respectively.

3.3 DA determination by first derivative ATR-FTIR

The accurate λ value was obtained using a Savitzky Golay algorithm of first derivative spectrum by smoothening FTIR spectrum of GlcNAc at 11 point. [27] The GlcNAc %DA
with first derivative UV spectroscopy developed by Wu and Zivanovic.[27, 28] This shows a good linear correlation between both the methods.[27, 28] The RB is found at 1161 cm$^{-1}$ which is in accordance with the Beil et al (2012); this could be because of bridge oxygen stretching in the first derivative IR spectrum. The CH-deformation band 1383 cm$^{-1}$ (MB1) [29] and the amide III band at 1329 cm$^{-1}$ (MB2) is considered as best probe band [27] (Figure 6).

Samples were used to determine the absorbance ratios of the amide II band at 1552 cm$^{-1}$ to the CH-stretching band at 2878 cm$^{-1}$ for transmission IR spectra.[30] Due to non-uniform contact with the ATR crystal, the determination of DA of chitin has poor resolution, hence the advance ATR technique was also not appropriate.[31] The main disadvantages of IR spectroscopic methods were the...
Current physiochemical method is compared with different types of production methods and their characteristics are shown in Table 2.

Production of GlcNAc from chitin has been carried out by several chemical,[33] physical,[34] enzymatical [35], and biotransformation [36,37] methods with some advantages and disadvantages. Irrespective of the hydrolysis methods followed, separation of monomers is challenging, the ultrafiltration technique is the most promising method to get monomers. The ultrafiltration technique involves various membrane modules in the form of plate and frame, tubular, spiral wound, etc. Ultrafiltration using HFM modules has not been approached yet for the monomers. The unique advantages in using HFM module include (i) large membrane area per unit volume leading to saving of space, (ii) ease of back flushing after the operation, (iii) ease of handling and operation, and (iv) less time consumption.[38,39]

3.4. HPLC detection

The sample and the standard chitin solutions were analyzed by HPLC method. The results showed that GlcNAc was the only product obtained at 2.0 min retention time, which is similar to standard (Figure 7(a), (b)). This result confirms that the HFM with 3 kDa cutoff is able to separate GlcNAc monomers after high acid treatment. The said peak also matches with the result of Waghmare and Ghosh.[22] Current physiochemical method is compared with different types of production methods and their characteristics are shown in Table 2.

Production of GlcNAc from chitin has been carried out by several chemical,[33] physical,[34] enzymatical [35], and biotransformation [36,37] methods with some advantages and disadvantages. Irrespective of the hydrolysis methods followed, separation of monomers is challenging, the ultrafiltration technique is the most promising method to get monomers. The ultrafiltration technique involves various membrane modules in the form of plate and frame, tubular, spiral wound, etc. Ultrafiltration using HFM modules has not been approached yet for the monomers. The unique advantages in using HFM module include (i) large membrane area per unit volume leading to saving of space, (ii) ease of back flushing after the operation, (iii) ease of handling and operation, and (iv) less time consumption.[38,39]

3.5. Antibacterial activity

Figure 8 shows the plots of the OD (i.e. absorbance at 640 nm) versus the culture time for 0.1% (w/v) chitin, 0.1% (w/v) GlcNAc, and 0.1% (w/v) chitin: GlcNAc (1:1) against one gram-positive S. aureus ATCC 6538 bacteria and one gram-negative pathogenic E. coli ATCC 25922 bacteria as measured by the shaking flask test method. Fewer the microbial cell, smaller the OD of the medium at 640 nm absorbance, which suggest the higher antimicrobial activity of tested material.

The bacterial numbers increased rapidly with time in the control group. The stationary phase was reached after only 3 h of incubation in S. aureus and 4 h in E. coli. Chitin shows similar growth activity with inhibitory effect against both organisms, and stationary phase was reached at 3 and 4 h of S. aureus and E. coli’s incubation period. At 640 nm absorbance, the OD in the control S. aureus group was 0.39 (i.e. 1.17 x 10^8 cell/ml) and control E. coli group was 0.33 (i.e. 0.99 x 10^8 cell/ml), but was only 0.27 (i.e. 0.81 x 10^8 cell/ml) in both S. aureus and E. coli groups, for the experiments with chitin. So it is clear that chitin has inhibitory activity against S. aureus and E. coli. The antibacterial activity of chitin is evident from 30.76 to 18.18% killing of the S. aureus and E. coli bacteria, respectively, compared with the untreated control. The studies by Gerasimenko et al. give reproducible results reported on antimicrobial activity of chitosan on S. aureus.[46] Obtained results clearly indicate that MW of chitosan is inversely proportional to the cell growth. Similar results have been shown by various groups.[46,47,50] In the current study, treatment with the GlcNAc, alone and in combination of chitin:GlcNAc (1:1), completely inhibited the growth of S. aureus after 3 and 5 h, respectively, and E. coli is inhibited after 3.5 and 6 h,
inhibited the growth within 2 h.\cite{40,51} Chitosan with a higher degree of deacetylation tends to have a higher antimicrobial activity.\cite{52} Other have reported that COS with LMW has higher antimicrobial effect against \textit{E. coli} than respectively, of incubation time (Figure 8). Benhabiles (2013) also reported similar result, where \textit{S. aureus} and \textit{E. coli} when treated with N-acetyl chitooligosaccharides (NAC-COS) and chitooligosaccharides (COS) has completely

Table 2. Comparison of different types of production methods and their characteristics.

| Sr. no. | Type of production | Time | Different processes | % yield | Antibacterial and biocompatibility studies of material |
|---------|--------------------|------|---------------------|---------|------------------------------------------------------|
| 1       | Chemical method    | –    | 15–36\% HCl for 40–80 °C \cite{33} | Bellow 65\% \cite{33} | N acetyl chito-oligosaccharides (12 kDa) affects \textit{S. aureus} at MIC 0.003 in 2.5 h and \textit{E. coli} at MIC 0.003 in 3.5 h \cite{40} |
|         |                    | –    | 10\% methanol Used as solvent and filtration and crystallization \cite{34} | 43\% \cite{34} |                                                     |
|         |                    | –    | Using pyridine as a solvent and further purification \cite{41} | Higher than 70\% \cite{41} |                                                     |
|         |                    | –    | Ozone treatment and recrystallization process \cite{42} | Higher than 70\% \cite{42} |                                                     |
| 2       | Enzymatic method   | 10 days | Crude enzymes derived from Aeromonas hydrophila H2330 processed with α-chitin \cite{43} | 77\% \cite{43} | Chitosan with molecular weight <5–300 kDa shows complete inhibition of \textit{E. coli} as concentration of chitosan increases from 0.25 to 1\% for 2 h \cite{44} |
|         |                    | –    | Crude chitinases from Bacillus licheniformis SK-1 were used to digest α-chitin powder \cite{45} | 41\% \cite{45} |                                                     |
|         |                    | –    | Enzyme was used to digest hydrolysis of β-chitin \cite{6} | ~ 100\% \cite{6} |                                                     |
| 3       | Improved enzymatic method | 8 days | 1\% β-chitin hydrolysis with various commercial enzymes, such as cellulose, hemicellulase, papain, lipase, and pectinase \cite{33} | 76\% \cite{33} | \textit{D}-glucosamine residues and a few N-acetylglucosamine units (5–27 kDa) exhibit 38.0\% \textit{E. coli} cell death for 5 kDa and 80.0\% \textit{E. coli} cell death for 27 kDa in 2 h. With increasing %DD, there is an increase in cell number (less toxic with high %DD) \cite{46} |
|         |                    | –    | Continuous production system with purity greater than 98\% \cite{35} | Higher than 76\% \cite{35} |                                                     |
| 4       | Biotransformation method | 8 days | Novel chitin-degrading microbe named Chitinibacter tainanensis act on α-chitin \cite{37} | 75\% \cite{37} | Chito-oligomers (4 kDa) (78\% Yield) executes all \textit{E. coli} cell in 35 h and \textit{S. aureus} have little effect on death \cite{47} |
|         |                    | –    | Novel chitin-degrading microbe named Chitinibacter tainanensis act on β-chitin \cite{48} | 98\% \cite{48} |                                                     |
|         |                    | 8 h  | GlcNAc was generated from S. coelicolor A3(2) (SCHEX) as final product with a yield over 90\% after 8 h incubation \cite{49} | 90\% \cite{49} |                                                     |
| 5       | Physiochemical method | 8 h + (20–60) min for filtration | HCl used to depolymerize the chitin and HFM separated GlcNAc with purity greater than 90\% (Current paper Raut et al.) | Higher than 94\% (refer supplement Figure 2) (Current paper Raut et al.) | GlcNAc (N acetyl glucosamine) (yield 94\%) particles are completely bactericidal to \textit{E. coli} and \textit{S. aureus} with 3.5 and 3 h time rate, respectively. Hemostasis was observed in all samples, and there was no hemolysis with an increase in fibroblasts’ cell growth. |

Figure 8. Effect of chitin, GlcNAc, and chitin:GlcNAc (1:1) on the growth of (a) \textit{Staphylococcus aureus} ATCC 6538 and (b) \textit{Escherichia coli} ATCC 25922.
After 1 h of incubation of RBC’s with GlcNAc, a direct correlation between membrane-damaging effect of RBC’s and concentration of GlcNAc is observed. Visually, there was hemostasis involvement in each concentrations tested. Red blood cell lysis depends on the concentration of the compound in the solution.

### 3.7. In vitro cytotoxicity evaluation

Biocompatibility is thought to be influenced by diverse properties of the polymers such as (i) structure and sequence (linear, branched, block, random), (ii) charge density and type of the cationic functionalities, (iii) MW, and (iv) conformational flexibility.[54–56] Figure 10 shows biocompatibility of the GlcNAc with respect to relative cell viability of NIH 3T3 fibroblast cells. Both the test compounds support the adherence and proliferation of fibroblast cells.

A quick effective method (MTT assay) was used for testing the cell viability, and this correlates well with cell proliferation. Thus in recent years, it has been often used as a preliminary screen to evaluate in vitro cytotoxicity of polymeric components.[54] No significant difference in the cell count was observed between the samples. With respect to concentration, the polymer displays toxicity compared to the monomer. An increase in cytotoxicity as a function of the MW, noticing in this study for chitin, was also reported for other polymers, for example, poly-L-lysine [56,57] dendrimers [58] and poly(ethylenimine).[59]

The ability of mammalian cells to respond to exogenous GlcNAc has not been well studied. Increase in cell viability in the presence of GlcNAc observed in this study shows connection with the cellular mechanisms to regulate their expression. This conclusion has been arrived based on the presence of respective genes in the chosen cells to catabolize GlcNAc, according to Naseem et al.[60] Changes in nutrition elevates GlcNAc synthesis leading to the increase in formation of UDP-GlcNAc which is reported as a substrate for the enzyme O-GlcNAc transferase (OGT).[61] These OGT modifies proteins by catalyzing the transfer of the GlcNAc moiety of UDP-GlcNAc to Ser or Thr residues on proteins. Many of the substrates that have been identified for OGT play key roles in cellular regulation, such as the transcription factors c-myc, p53, and NFk-B.[62]

### 4. Conclusion

Modified chemical method followed by physical separation techniques using 3 kDa HFM successfully yields chitin monomer GlcNAc, in the form of monodispersed colloidal solution in nano range in short duration (480 min + 20–60 min). This study is an attempt to simplify...
the industrial process of LMW chitin preparation, yet to achieve high purity without compromising on yield. With 90% purity and 94% yield obtained, GlcNAc was found to be biocompatible and hemocompatible. The activity of the chitin revealed bacteriostatic condition, whereas in the presence of GlcNAc, shows bactericidal activity against gram-positive and gram-negative microorganism. The utilization of GlcNAc as compared to chitin was significantly good. GlcNAc prepared by employing this method has vast potential to support various biomedical applications. A versatile bioactive biomaterial (GlcNAc) prepared by physiochemical method and separated by HFM module is a novel and efficient method to obtain LMW chitin to our knowledge.

Acknowledgments

Authors are very grateful to Board of Research in Nuclear Sciences (BRNS), Mumbai, and Department of Science and Technology (DST), Delhi, for providing the funds to carry out the research activities. Authors are also thankful to Dr. Sirshendu De, IIT Kharagpur, for helping and providing with HFM (patented by him). Authors are grateful to Bharati Vidyapeeth College of pharmacy, Kolhapur, for giving permission to use their facilities for experiments.

Disclosure statement

No potential conflict of interest was reported by the authors.

Funding

This work was supported by the Board of Research in Nuclear Sciences (BRNS), Mumbai and Department of Science and Technology (DST), Delhi.

References

[1] Kurita K. Chemistry and application of chitin and chitosan. Polym. Degrad. Stab. [Internet]. 1998 [cited 2015 Nov 5];59:117–120. Available from: http://www.sciencedirect.com/science/article/pii/S0141391097001602

[2] Kurita K, Chikaoka S, Kamiya M, et al. Studies on chitin. 14. N-acetylation behavior of chitosan with acetyl chloride and acetic anhydride in a highly swollen state. Bull. Chem. Soc. Jpn. [Internet]. 1988 [cited 2015 Nov 5];61:927–930. Available from: https://www.jstage.jst.go.jp/article/bcsj/1988/61/3/61_3_927/_article

[3] Salmon S, Hudson SM. Crystal morphology, biosynthesis, and physical assembly of cellulose, chitin, and chitosan. J. Macromol. Sci. Part C Polym. Rev. [Internet]. Taylor & Francis Group. 2006 [cited 2015 Nov 5]. Available from: http://www.tandfonline.com/doi/abs/10.1080/153217997078018366#.VjrfqVJDgZw

[4] Chen J-K, Shen C-R, Liu C-L. N-acetylglucosamine: production and applications. Mar. Drugs [Internet]. 2010 [cited 2013 Aug 8];8:2493–2516. Available from: http://www.pubmedcentral.nih.gov/articlerender.fcgi?artid=2953398&tool=pmcentrez&rendertype=abstract

[5] Ilankovan P, Hein S, Ng C-H, et al. Production of N-acetyl chitobiose from various chitin substrates using commercial enzymes. Carbohydr. Polym. [Internet]. 2006 [cited 2013 Aug 9];63:245–250. doi:http://dx.doi.org/10.1016/j.carbpol.2005.08.060

[6] Sashiwa H, Fujishima S, Yamano N, et al. Enzymatic production of N-acetyl-D-glucosamine from chitin. Degradation study of N-acetylchitooligosaccharide and the effect of mixing of crude enzymes. Carbohydr. Polym. [Internet]. 2003 [cited 2013 Aug 9];51:391–395. doi:http://dx.doi.org/10.1016/S0144-8617(02)00192-3

[7] Pradip KD, Singh J. Conformational study of chitosan: a review. Proceeding Natl. Acad. Sci. India. 2008;78:256–270.

[8] Shen C-R, Juang J-H, Tsai Z-T, et al. Preparation, characterization and application of superparamagnetic iron oxide encapsulated with N-(2-hydroxy-3-trimethylammonium) propyl chitosan chloride. Carbohydr. Polym. [Internet]. 2011 [cited 2013 Aug 9];84:781–787. doi:http://dx.doi.org/10.1016/j.carbpol.2010.07.067

[9] Jayakumar R, Chennazhi KP, Srinivasan S, et al. Chitin scaffolds in tissue engineering. Int. J. Mol. Sci. [Internet]. 2011 [cited 2015 Dec 11];12:1876–1887. Available from: http://www.pubmedcentral.nih.gov/articlerender.fcgi?artid=3111639&tool=pmcentrez&rendertype=abstract

[10] Tanvi J, Hridyesh Kumar PKD. Chitin and chitosan for regenerative medicine [Internet]. Dutta PK, editor. New Delhi: Springer; 2016 [cited 2016 Feb 13]. Available from: http://link.springer.com/10.1007/978-81-322-2511-9

[11] Rodríguez-Vázquez M, Vega-Ruiz B, Ramos-Zúñiga R, et al. Chitosan and its potential use as a scaffold for tissue engineering in regenerative medicine. Biomed Res. Int. [Internet]. 2015 [cited 2015 Dec 4];2015:821279. Available from: http://www.pubmedcentral.nih.gov/articlerender.fcgi?artid=4609393&tool=pmcentrez&rendertype=abstract

[12] D’Ambrosio E, Casa B, Bompani R, et al. Glucosamine sulphate: a controlled clinical investigation in arthrosis. Pharmacotherapeutics [Internet]. 1981 [cited 2013 Aug 9];2:504–508. Available from: http://www.ncbi.nlm.nih.gov/pubmed/7019929

[13] Lutolf MP, Gilbert PM, Blau HM. Designing materials to direct stem-cell fate. Nature [Internet]. 2009 [cited 2014 Jul 11];462:433–441. Available from: http://www.pubmedcentral.nih.gov/articlerender.fcgi?artid=2908011&tool=pmcentrez&rendertype=abstract

[14] Levin RM, Krieger NN, Winzler RJ. Glucosamine and acetylglucosamine tolerance in man. J. Lab. Clin. Med. 1961;58:927–932.

[15] Lutolf MP, Doyonnas R, Havenstrite K, et al. Perturbation of single hematopoietic stem cell fates in artificial niches. Integr. Biol. (Camb). [Internet]. 2009 [cited 2014 Oct 29];1:59–69. Available from: http://www.pubmedcentral.nih.gov/articlerender.fcgi?artid=2902161&tool=pmcentrez&rendertype=abstract

[16] Muzzarelli RAA. Chitin: formation and diagenesis [Internet]. Gupta NS, editor. Dordrecht: Springer; 2011 [cited 2013 Aug 9]. Available from: http://books.google.com/books?hl=en&lr=&id=p99CH0FmwOEC&pgis=1

[17] Goy RC, de Britto D, Assis OBG. A review of the antimicrobial activity of chitosan. Polímeros [Internet]. ABPol; 2009
[cited 2015 Nov 17];19:241–247. Available from: http://www.scielo.br/scielo.php?script=sci_arttext&pid=S0104-142820090003000138&lng=en&tlng=en

[18] Rinaudo M. Chitin and chitosan: properties and applications. Prog. Polym. Sci. [Internet]. 2006 [cited 2014 Jul 13];31:603–632. Available from: http://www.sciencedirect.com/science/article/pii/S0079670006000530

[19] Roger H. Biopolymers: making materials nature’s way – 9313.pdf. U.S. Congr. Off. Technol. Assess [Internet]. 1993 [cited 2015 Dec 13]. p. 1–86. Available from: http://ota.fas.org/reports/9313.pdf

[20] Scheel O, Thiem J. Chitin handbook: cleavage of chitin oligomers with different molecular weights. Int. J. Food Microbiol. [Internet]. 2002 [cited 2015 Jun 4];74:65–72. Available from: http://www.ncbi.nlm.nih.gov/pubmed/12091303

[21] No H. Antibacterial activity of chitosans and chitosan oligomers with different molecular weights. Int. J. Food Microbiol. [Internet]. 2002 [cited 2015 Jun 4];74:65–72. Available from: http://www.ncbi.nlm.nih.gov/pubmed/12091303

[22] Waris S, Ghosh JS. Study of thermostable chitinases from Oerskovia xanthineolytica NCIM 2839. Appl. Microbiol. Biotechnol. [Internet]. 2010 [cited 2013 Aug 9];86:1849–1856. Available from: http://www.ncbi.nlm.nih.gov/pubmed/2091303

[23] Li J, Revol J, Marchessault R. Rheological properties of aqueous suspensions of chitin crystallites. J. Colloid Interface Sci. [Internet]. 1996;183:365–373. Available from: http://www.sciencedirect.com/science/article/pii/S0168160501007176

[24] Lu X-Y, Wu D-C, Li Z-J, et al. Polymer nanoparticles. Prog. Mol. Biol. Transl. Sci. [Internet]. 2011 [cited 2013 Aug 9];104:299–323. doi:http://dx.doi.org/10.1016/B978-0-12-416020-0.00007-3

[25] Focher B, Beltrame PL, Naggi A, et al. Alkaline N-deacetylation of chitin enhanced by flash treatments. Reaction kinetics and structure modifications. Carbohydr. Polym. [Internet]. 1990 [cited 2013 Aug 14];12:405–418. doi:http://dx.doi.org/10.1016/0144-8617(90)90090-F

[26] Beil S, Schamberger A, Naumann W, et al. Determination of the degree of N-acetylation (DA) of chitin and chitosan in the presence of water by first derivative ATR FTIR spectroscopy. Carbohydr. Polym. [Internet]. 2012 [cited 2013 Aug 9];87:117–122. doi:http://dx.doi.org/10.1016/j.carbpol.2011.07.025

[27] Wu T, Zivanovic S. Determination of the degree of acetylation (DA) of chitin and chitosan by an improved first derivative UV method. Carbohydr. Polym. [Internet]. 2008 [cited 2013 Aug 9];73:248–253. doi:10.1016/j.carbpol.2007.11.024

[28] Yan S, Zhan Jinming HJ. Process for preparing refined N-acetyl-D-glucosamine [Internet]. US; 1999 [cited 2013 Aug 9]. Available from: http://www.google.com/patents/EP0882137A1

[29] Li YL, Wu ST, Yu ST, et al. Screening of a microbe to degrade chitin. Taiwan. J. Agric. Chem. Food Sci. 2005;43:410–418.

[30] Sheikh BK, De S. A novel method for spinning hollow fiber membrane and its application for treatment of turbid water. Sep. Purif. Technol. [Internet]; 2012 [cited 2015 May 27];29:48–56. Available from: http://linkinghub.elsevier.com/retrieve/pii/S0268005X12000446

[31] Wang M, Zhan Jinming HJ. Process for preparing refined N-Acetyl-D-amino-glucosine [Internet]. China; 2007 [cited 2015 May 27]. Available from: http://www.google.com/natapatents/CN1907993A?cl=fr

[32] Seo S, King JM, Prinyawiwatkul W. Simultaneous depolymerization and decolorization of chitosan by ozone treatment. J. Food Sci. [Internet]. 2007 [cited 2015 May 27];72:C522–C526. Available from: http://www.ncbi.nlm.nih.gov/pubmed/18034714

[33] Sashiwa H, Fujishima S, Yamano N, et al. Production of N-acetyl-D-glucosamine from β-chitin by enzymatic hydrolysis. Chem. Lett. [Internet]. 2001 [cited 2015 May 27];30:308–309. Available from: https://www.jstage.jst.go.jp/article/cl/30/4/30_4_308/_article

[34] Rinaudo M. Chitin and chitosan: properties and applications. 3rd ed. Chichester: Wiley; 1995.

[35] Thakur BK, De S. A novel method for spinning hollow fiber membrane and its application for treatment of turbid water. Sep. Purif. Technol. [Internet]; 2012 [cited 2015 May 27];29:48–56. Available from: http://linkinghub.elsevier.com/retrieve/pii/S0268005X12000446

[36] Wang M, Zhan Jinming HJ. Process for preparing refined N-Acetyl-D-amino-glucosine [Internet]. China; 2007 [cited 2015 May 27]. Available from: http://www.google.com/natapatents/CN1907993A?cl=fr
Jeon Y, Park P, Kim S. Antimicrobial effect of chitooligosaccharides produced by bioreactor Carbohydr. Polym. 2001;44:71–76.

Pichyangkura R, Kudan S, Kuttiyawong K, et al. Quantitative production of 2-acetamido-2-deoxy-d-glucose from crystalline chitin by bacterial chitinase. Carbohydr. Res. [Internet]. 2002 [cited 2015 May 27];337:557–559. Available from: http://www.sciencedirect.com/science/article/pii/S0008621502000071

Gerasimenko DV, Avdienko ID, Bannikova GE, et al. Characterization of chito-oligosaccharides prepared by chitosanolysis with the aid of papain and pronase, and their bactericidal action against Bacillus cereus and Escherichia coli. Biochem. J [Internet]. 2005 [cited 2015 Nov 17];391:167–175. Available from: http://www.pubmedcentral.nih.gov/articlerender.fcgi?artid=1276913&tool=pmcentrez&rendertype=abstract

Jeon Y, Park P, Kim S. Antimicrobial effect of chitooligosaccharides produced by bioreactor Carbohydr. Polym. 2001;44:71–76.

[54] Sgouras D, Duncan R. Methods for the evaluation of biocompatibility of soluble synthetic polymers which have potential for biomedical use: 17 Use of the tetrazolium-based colorimetric assay (MTT) as a preliminary screen for evaluation of in vitro cytotoxicity. J Mater. Sci. Mater. Med [Internet]. 1990 [cited 2015 May 27];1:61–68. Available from: http://link.springer.com/10.1007/BF00839070

Choksaakulnimit S, Masuda S, Tokuda H, et al. In vitro cytotoxicity of macromolecules in different cell culture systems. J. Controlled Release [Internet]. 1995 [cited 2015 May 27];34:233–241. Available from: http://www.sciencedirect.com/science/article/pii/016836599500007U

Morgan DM, Clover J, Pearson JD. Effects of synthetic polycations on leucine incorporation, lactate dehydrogenase release, and morphology of human umbilical vein endothelial cells. J. Cell Sci. [Internet]. 1988 [cited 2015 May 27];91 (Pt 2):231–238. Available from: http://www.ncbi.nlm.nih.gov/pubmed/3267696

Morgan DM, Larvin VL, Pearson JD. Biochemical characterisation of polycation-induced cytotoxicity to human vascular endothelial cells. J. Cell Sci. [Internet]. 1989;94:553–559. Available from: http://www.ncbi.nlm.nih.gov/pubmed/2632582

Haensler J, Szoka FC. Polyamidoamine cascade polymers mediate efficient transfection of cells in culture. Bioconjug. Chem. [Internet]. American Chemical Society; 2004 [cited 2015 Nov 17];16:1273–1279. Available from: http://www.ncbi.nlm.nih.gov/pubmed/15477033

Fischer D, Bieber T, Li Y, et al. A novel non-viral vector for DNA delivery based on low molecular weight, branched polyethylamine: effect of molecular weight on tranfection efficiency and cytotoxicity. Pharm. Res. [Internet]. Kluwer Academic Publishers/Plenum Publishers; 1999 [cited 2015 May 27];16:1273–1279. Available from: http://link.springer.com/article/10.1023/A:1014861900478

Naseem S, Parrino SM, Buenten DM, et al. Novel roles for GlcNAc in cell signaling. Commun. Integr. Biol. [Internet]. Taylor & Francis; 2012 [cited 2015 May 5];5:156–159. Available from: http://www.tandfonline.com/doi/abs/10.4161/cib.19034

Slawson C, Copeland RJ, Hart GW. O-GlcNAc signaling: a metabolic link between diabetes and cancer?? Trends Biochem. Sci. [Internet]. Elsevier; 2010 [cited 2015 Apr 16];35:547–555. Available from: http://www.cell.com/article/S0968000410000745/fulltext

Hart GW, Slawson C, Ramirez-Correa G, et al. Cross talk between O-GlcNAcylation and phosphorylation: roles in signaling, transcription, and chronic disease. Annu. Rev. Biochem. [Internet]. Annual Rev; 2011 [cited 2015 May 6];80:825–858. Available from: http://www.annualreviews.org/doi/abs/10.1146/annurev-biochem-060608-102511